Impact, Hardness and Fracture Morphology of Aluminium Alloy (Al-Si) filled Cobalt Oxide Nanoparticles at Various Stir Casting Temperatures

Mardy Suhandani¹, Poppy Puspitasari¹²,*, Jeeferie Abd Razak³

¹ Mechanical Engineering Department, Universitas Negeri Malang, Semarang St., No. 5, Malang, East Java, Indonesia
² Center of Advanced Materials and Renewable Energy, Universitas Negeri Malang, Semarang St., No. 5, Malang, East Java, Indonesia
³ Fakulti Kejuruteraan Pembuatan, Universiti Teknikal Malaysia Melaka, Hang Tuah Jaya, 76100, Durian Tunggal, Melaka, Malaysia

ARTICLE INFO

Article history:
Received 27 June 2021
Received in revised form 12 July 2021
Accepted 12 July 2021
Available online 30 July 2021

ABSTRACT

The automotive and aviation fields require engineering materials that can save and optimise fuel consumption. Unique characteristics of lightweight, higher strength to weight ratio, good corrosion resistance, and good castability are indispensable for castable metal such as Silicon Aluminium (Al-Si). The mechanical properties of Al-Si could be further improved through the addition of Cobalt Oxide (CoO) nanoparticles during the casting process. The importance and purpose of this study were to determine the impact toughness, hardness and fracture morphology of Al-Si metal alloy filled with 0.015% CoO at the various melting temperature of 750 °C, 800 °C and 850 °C. The stir casting method was utilised considering the most appropriate method for mixing nanoparticles powder into the Al-Si matrix. Three test specimens were prepared for each temperature variation. Impact testing using the Charpy method (ASTM E23-56 T) and hardness testing using Rockwell Superficial HR15T and fracture morphology obtained from impact testing fractures were performed accordingly. The impact test results showed that the Al-Si added with 0.015% CoO at 800 °C of melting temperature possessed the highest impact toughness value of 25.111 x 10⁻³ Joule mm⁻² than the other variations. The hardness test results showed that Al-Si added 0.015% CoO with a melting temperature of 850 °C had the highest hardness value of 79.52 HR15T. The fracture morphology of the impact test in all specimens shows uniform brittle fracture characteristics. It is found that the melting temperature during the stir-casting process of Al-Si has played a significant role in influencing the resulted properties of Al-Si filled CoO nanoparticles metal matrix composites. The selection of an accurate melting temperature for the stir casting process will affect the resulted properties of produced metal composites.

Keywords:
Stir-Casting, Al-Si, CoO nanoparticles, impact toughness, hardness, fracture morphology

* Corresponding author.
E-mail address: poppy@um.ac.id (Poppy Puspitasari)

https://doi.org/10.37934/mjcsm.5.1.1120
1. Introduction

The growing market demand in the automotive and aerospace industries to reduce energy consumption and produce more fuel-efficient vehicles continues to be a major challenge. Aluminium-silicone alloy (Al-Si) had increased market demand for an automotive industry that replaced ferrous materials. Al-Si alloys are widely used in the automotive industry as a sustainable replacement to cast iron in the manufacturing of machine components because of their high strength-to-weight ratio, high toughness, good corrosion resistance, and good castability [1-2]. Apart from the high strength-to-weight ratio characteristic, Al-Si alloys also have the main advantage of excellent thermal conductivity, which allows the combusted heat to be dissipated more quickly than cast iron [3]. However, to enhance the performance of Al-Si alloys that meets the requirements of final applications, several modifications need to be made, such as through the addition of inorganic filler. The addition of filler could enhance the mechanical and thermal performance of Al/Si-based composites.

Previous research has investigated that the Al-Si alloys reinforced with TiC and ZrSiO₄ filler that are fused using a stir casting method showed increased mechanical properties at the addition of 15 wt.% filler loadings [4]. One reinforcement type that can be used for aluminium alloys is cobalt oxides (CoO) nanoparticles. Increasing loading of CoO nanoparticles has increased the yield stress, ultimate tensile stress, and modulus of elasticity of produced metal composites [5]. But the relationship between the filler added to the melting temperature of Al/Si alloys during the stir casting process is still not being understood. Hence, it is hypothesised here that the higher the temperature, the better the resulted properties of produced Al/Si-CoO composites.

Cobalt oxide is one of the most abundant inorganic minerals on earth, which has good environmental compatibility and has become the focus of attention in various research fields. There are four types of cobalt oxide, namely cobalt (II) oxide (CoO), cobalt (III) oxide (Co₂O₃), cobalt(IV) oxide (CoO₂), and cobalt(II. III) oxide (Co₃O₄). The Co₃O₄ and CoO are the most commonly used types due to their excellent thermal stability and outstanding physical and chemical properties [6]. The Co₃O₄ is an important oxide material widely used in catalysis, gas sensors, electrochromic films, battery cathodes, heterogeneous catalytic materials and magnetic materials [7].

The stir casting process using the mechanically based stirring technique is widely used to produce aluminium-based matrix composites reinforced by ceramic micro and nanoparticles [8]. This casting method is considered a cheaper and very economical process. Another advantage is that the stir casting method is simple, flexible, and can produce alloys with large volumes and produce large-sized components [9].

Stir casting is the liquid-phase composite fabrication in which ceramic particles (non-metallic particles) are mixed with metal using the mechanical agitation approach. In the stir casting method, a vital process parameter exists: the stirring speed, which is essential for bonding between the matrix and reinforcement, that responsibly makes flowability (wettability) and a homogeneous mixture of both constituents [10]. Then, other parameters that can affect the stir casting process results are the stirring period, blade angle of the stirrer, pouring temperature, and the addition of reinforcing elements [11]. Therefore, the stir casting melting temperature effects were evaluated. Combining Al-Si alloys with the addition of CoO nanoparticles was expected to get better properties than ordinary Al-Si without the filler addition. Then the toughness, hardness and fracture morphology were evaluated in this study by focusing on the effect of various melting temperatures.
2. Methodology

2.1 Materials
The materials used in this study were 0.66 grams of Cobalt Oxide (CoO), and 5.25 kg of Aluminium Silicon (Al-Si) alloys with four melting temperature variations (three test specimens for each variation). In 3 variations of Al-Si with the addition of CoO, 0.015% of the mass of CoO was 0.22 g with raw Al-Si of 1.50 kg. The balance weight of Al-Si was used to cast Al-Si without the addition of CoO.

2.2 Methods
For stir casting procedure, about 1.50 kg of Al-Si alloy material was melted in a smelting furnace with an initial temperature of 750 °C then was added with 0.22 g of CoO filler with stirring for about 90 seconds, after which the temperature was increased again according to variations in melting temperature; 750 °C, 800 °C and 850 °C. The Al-Si metal without the addition of CoO as a control sample was cast in the same way at a melting temperature of 750 °C. Specimens that have been cast were then subjected to a machining process for Charpy impact testing using the ASTM Designation E23-56 T standard (Figure 1) [12]. The fracture surfaces of samples were obtained from the fracture impact test results. The hardness test used the Rockwell Superficial HR15T hardness tester, and it was carried out on the specimen after experiencing an impact testing.

3. Results

3.1 Analysis on impact strength results
Figure 2 displays the plots of averaged impact strength value for all Al-Si composite specimens with various melting temperatures. The highest average impact value was found in Al-Si specimens with 0.015% CoO melted at a melting temperature of 800 °C with a value of $25111 \times 10^{-3}$ Joule/mm$^2$. This value is much increased compared to the Al-Si alloy without the addition of CoO filler, with about the average impact value of $17066 \times 10^{-3}$ Joule/mm$^2$. An increase in impact value up to 32.04% could explain the effective contribution of melting temperature at 800 °C to increase interaction between the added CoO filler with the Al-Si metal matrix. Good interface and inter-phase interaction between both phases have ensured enough energy absorption due to delayed fracture rate during the impact loading. This temperature is considered optimum to give maximum toughness effects of produced Al-Si/CoO composites. However, at a temperature lower than 800 °C, it was found that the impact...
strength value had diminished to minimal due to the incomplete melting of Al-Si alloys which hindered good interaction between the metal matrix and inorganic fillers. This situation has allowed the formation of many defects and phase separation, which acted as stress concentration points prone to premature failure due to sudden impact forces. The decrease in the averaged impact strength value also occurred in the specimens of Al-Si filled 0.015 wt.% CoO at melting temperatures of 850 °C. Higher temperature may degrade the performance of CoO filler within the Al-Si matrix alloy. This may be related to the disturbance of CoO particles flow in highly viscous metal matrix at higher melting temperature due to metal vaporisation, hindering the matrix-filler interaction [13].

![Fig. 2. Averaged impact strength value for Al-Si/CoO composites at various melting temperatures](image)

This overall impact test finding shows that the addition of 0.015% CoO to Al-Si will not increase Al-Si metal composites' toughness if it does not melt at an appropriate melting temperature at 800 °C. The distribution of particles in the metal-alloy strengthening is essential, and the distribution of particles greatly affects the mechanical strength of the material [14]. It was found that the melting temperature influences the distribution of these particles in this study. The melting temperature here is predicted to control the distribution of CoO particles in the Al-Si matrix, as depicted in Figure 3 [13]. This difference in filler particle distribution is expected to occur in the solidification stage, where this process requires different times because it uses different melting temperatures [15]. Therefore, higher melting temperatures will require a longer solidification time. The distribution of reinforcing particles is not homogeneous due to a longer crystallisation time.
3.2 Analysis of hardness test results

Superior hardness characteristic is needed for materials used as components exposed with higher compressive and friction loads [16]. In this study, hardness testing was carried out using the Rockwell superficial hardness testing machine with steel ball indenter of 1/16 inch, according to the ASTM E18 testing standard. The test was carried out into 12 specimens with four sample variations and each variation having three test specimens. Increased hardness value due to the addition of 0.015% CoO filler has minimally recorded at 14.98% of positive improvement. This is shown in the following Figure 4. The entire composite samples with the addition of 0.015% CoO filler has experienced an increase in their hardness value. The highest value of hardness is recorded for Al-Si/0.015 wt.% CoO composite at a melting temperature of 850 °C, with a hardness value of 79.52 HR15T. While for Al-Si alloy (control sample), the hardness value is only 67.61 HR15T.

![Graph showing hardness values at different melting temperatures](image)

**Fig. 4.** Averaged hardness value (HR15T) for Al-Si/CoO composites at various melting temperatures
This phenomenon can be explained due to the CoO filler particles’ efficacy, which makes the Al-Si metal alloy granules denser because they are tucked into CoO particles, thereby increasing the mechanical strength of produced composites, especially in this test. The formation of granules clustering had increased the material’s resistance toward local deformation. According to Kannan (2017), the addition of metal reinforcement to the precipitation strengthening mechanism was related to the Hall-Petch equation. Based on the Hall-Petch theory, the smaller the grain size, the better the mechanical properties of produced material, especially the value of hardness. The Hall-Petch equation can be seen in the following Equation 1 [17]:

$$\sigma_y = \sigma_0 + k_y d^{-1/2}$$  \hspace{1cm} (1)

where, $\sigma_y$ is the yield point, $\sigma_0$ is a certain shear stress, $k_y$ is a constant individual for each material, known as the Hall-Petch parameter. From the equation, the value of $d$ refers to the grain size, which is inversely proportional to the material’s mechanical properties. The analysis is supported by the results of microstructure observation, evaluated by Saputra [18] using a similar material system, which found that the addition of 0.015% CoO has changed the formation of the grains. The grains in the Al-Si specimen without CoO addition have appeared larger and more even size, but with the addition of 0.015% CoO, more grains are formed, uneven in size and varied in its form and shape. By interrelating into this study, it can be said that the melting temperature factor had significantly contributed further to alter the grain growth in Al-Si/CoO metal composite system, which at the end increased the resulted mechanical performances.

3.3 Fracture surface observation

Figure 5 depicts the fracture surface morphologies of the impact test specimens, which represents each sample variation. It can be seen from all the fracture surfaces that the fracture types are obviously brittle type fractures. Ductile fracture types cannot be observed in all specimens, but porosities are still observed at all fracture surfaces. It is reported that porosities due to macrosegregation are common in the Al-Si processing using the conventional casting method [19]. The porosities in fractographs were indicated by the highlighted red circles. It can be clearly seen that the Al-Si specimen at a melting temperature of 750 °C for both specimens with and without CoO filler reinforcement has more porosity than other fabricated specimens at different melting temperatures. This shows that the specimen with a melting temperature of higher than 750 °C has relatively smooth fracture surfaces. The observed porosity is not as large as the porosity presence at samples produced at 750 °C Tm (melting temperature). This phenomenon similarly occurs in the previous research conducted by Gong et al. [20]. Al-Si cast at a higher melting temperature showed less porosity, and the fracture surfaces are smoother. Based on these observations, the higher melting temperature could affect the porosity formation of Al-Si because it is suspected that the higher melting temperature causes the release of trapped air due to the stirring process in the alloy matrix. This analysis is supported by the previous research [15]. This observation has supported the impact strength and hardness findings as discussed in the previous section.
3.4 Effects of stir casting melting temperature on the mechanical properties of Al-Si/CoO composites

Figure 6 displays the plots of effects on various stir casting melting temperatures to the mechanical properties of Al-Si metal alloy with the addition of 0.015% CoO filler. It can be clearly seen in Figure 6 the plotted trend that is mutual inversely proportional between the impact strength value and the resulted HR15T hardness of produced metal composites. The fracture surface observation for Al-Si with the addition of 0.015% CoO filler melted at the temperature of 750 °C found the presence of porosity, which responsibly induced lower impact toughness value compared to filled Al-Si composites. The impact toughness is highest in Al-Si variation with added 0.015% CoO filler, melted at 800 °C temperature. This has been supported with the fracture surface showing a less brittle configuration than other sample variations. The highest hardness value belongs to Al-Si with 0.015% CoO filler, melted at 850 °C temperature, indicating the most brittle fracture and characteristic of fracture surfaces, which is directly proportional to the hardness test results, as shown in Figure 6.

Fig. 5. Fracture surface morphologies of: a) Al-Si; b) Al-Si/0.015% CoO at 750°C $T_m$; c) Al-Si/0.015% CoO at 800°C $T_m$; d) Al-Si/0.015% CoO at 850°C $T_m$

The findings on impact and hardness correspond to the previous works reported by Datau [21] and Libu [22]. The impact strength results representing toughness are inversely proportional to the hardness results, demonstrating materials resistance towards local deformation for produced Al-Si based metal alloy filled composites. This phenomenon would be interesting to be explored further.
**Fig. 6.** Effects of stir casting melting temperature on the mechanical properties of Al-Si/CoO composites

**Fig. 7.** The possible distribution of reinforcement in items a) bounded by items; b) within items [15]

Figure 7 shows the possible distribution of reinforcing filler in the metal matrix. It can be seen in Figure 7 that the reinforcing filler particles are distributed at grain boundaries of the metal matrix (a) and distributed within the matrix grains (b). This phenomenon is thought to occur where the CoO reinforcing filler particles is distributed into or to the grain boundaries of the Al-Si metal alloy matrix. The value of the mechanical strength varied when the grain had experienced changes in its size and shape due to fillers and manipulation of melting temperature in the stir casting process. Based on the results of microstructure observation as evaluated by Saputra [18] by using similar matrix material, the addition of 0.015% CoO had caused a noticeable change to the grain size. The granules in the Al-Si specimen without CoO appear to have a larger and more even size configuration. Still, with the addition of 0.015% CoO inorganic filler particles, it seems that more and more grains are formed, uneven in size and varied in shape. Hence, from this study, it was found that the addition of
CoO filler and melting temperature of the stir casting process are significantly relevant and influencing the resulted properties of Al-Si based metal matrix composites.

4. Conclusions

Overall, this study is vital to evaluate the effects of stir casting melting temperature towards the hardness and impact strength performance of Al-Si alloys filled CoO filler. Al-Si metal alloys with the addition of 0.015 wt.% CoO filler particles have been successfully prepared using the stir casting method at various melting temperatures of 750 °C, 800 °C and 850 °C. The impact strength results show that Al-Si filled 0.015 wt.% CoO melted at 800 °C possessed the highest impact strength value or toughness of 25.111 x 10⁻³ Joule/mm² compared to other variations. The percentage increase in impact strength value is 32.04% as compared to the unfilled sample. The hardness results (HR15T) shows that the Al-Si filled 0.015 wt.% CoO filler particles melted at 850 °C had the highest hardness value of 79.52 HR15T. The percentage increase in the hardness value is about 14.98% in comparison to the unfilled sample. The inter-relationship between the impact strength and hardness findings are inversely proportional. The fracture morphology from the impact test results for the entire produced samples disclosed the characteristic of brittle fracture type. Hence, the addition of 0.015 wt.% CoO inorganic filler particles into Al-Si metal alloy matrix and the stir casting melt temperature selection had revealed its importance in influencing the growth and transformation of grain changes in the produced metal matrix composites samples. This study can be further extended to evaluate the other stir casting processing parameters’ effects on the Al-Si filled CoO metal composites performances.

Acknowledgement
This study was fully funded by research support from Universitas Negeri Malang, Indonesia. Also, this research is one of the output from active collaboration between the Universitas Negeri Malang, Indonesia and Universiti Teknikal Malaysia Melaka (UTeM).

References

[1] Tonu Bogdanoff, Development of Aluminium-Silicon Alloys with Improved Properties at Elevated Temperature (Msc. Thesis, Jonkoping University, 2017), 1-37. http://www.diva-portal.org/smash/record.jsf?pid=diva2%3A1146050&dswid=985

[2] H. Hashim, M.S. Salleh, M.Z. Omar, S. H.Yahaya and N. Mohamad, “Mechanical Properties of Thixoformed Al-5Si Alloy Composite Reinforced by Multiwalled Carbon Nanotubes and Alumina Powder,” Malaysian Journal on Composites Science and Manufacturing 1, no. 1 (2020): 38–44. https://doi.org/10.37934/mjcsm.1.1.3844

[3] Mousa Javidani and Daniel Larouhe, “Application of Cast Al-Si Alloys in Internal Combustion Engine Components,” International Materials Reviews 59, no. 3 (2014): 132-158. https://doi.org/10.1179/1743280413Y.0000000027

[4] Surendra Kumar Patel, Virendra Pratap Singh, Nitin Kumar, Basil Kuriachen and Raman Nateriya, “Wear Behavior of Al-Silicon (LM24) Alloy Composite Reinforcement with TiC and ZrSiO₄ Particles,” Silicon 12, (2020): 211-221. https://doi.org/10.1007/s12633-019-00114-8

[5] Talib Abdulameer Jasim, Ali Hobi Haleem and Zainab Abdulellah Hadi, “An Investigation of the Influence of Nano-CoBalt Oxide on Microstructure and Mechanical Properties of 7075 Aluminium Alloy,” International Journal of Mechanical and Production Engineering Reseach and Development (IJMPERD) 8, no. 5 (2018): 383-390. https://doi.org/10.24247/ijmperdct201843

[6] Jun Mei, Ting Liao, Godwin A. Ayoko, John Bell and Ziqi Sun, “Cobalt Oxide-based Nanoarchitectures for Electrochemical Energy Applications,” Progress in Materials Science 103, (2019): 596-677. https://doi.org/10.1016/j.pmatsci.2019.03.001
[7] R. Manigandan, K. Giribabu, R. Suresh, L. Vijayalakshmi, A. Stepen and V. Narayanan, “Cobalt Oxide Nanoparticles: Characterisation and its Electrocatalytic Activity towards Nitrobenzene,” Chemical Science Transactions 2(S1), (2013): S47-S50. https://doi.org/10.7598/cst2013.10

[8] Ali Mazahery and Mohsen Ostadshabani, “Investigation on Mechanical Properties of Nano-Al2O3-Reinforced Aluminum Matrix Composites,” Journal of Composite Materials 45, no. 24 (2011): 2579-2586. https://doi.org/10.1177/0021998311401111

[9] Shahin Soltani, Rasoul Azari Khosroshahi, Reza Taherzadeh Mausavian, Zeng-Yi Jiang, Alireza Fadavi Boostani and Dermot Brabazon, “Stir Casting Process for Manufacture of Al-SiC Composites,” Rare Metals 36, (2017): 581-590. https://doi.org/10.1007/s12598-015-0565-7

[10] Rajeev Ranjan and Abhay Ranjan Kumar Singh, “Al MMC Reinforced with Al2O3 and Cu Prepared by Stir-Casting Method,” in J. Chattopadhyay, Rahul Singh and Om Prakash (eds.), Innovation in Materials Science and Engineering, Proceedings of ICEMIT 2017, vol. 2 (2019). https://doi.org/10.1007/978-981-13-2944-9

[11] J. Jebeen Moses and S. Joseph Sekhar, “Investigations on the Tensile Strength and Microhardness by Stir Casting,” Transactions of the Indian Institute of Metals 70, no. 4 (2017): 1035-1046. https://doi.org/10.1520/A0370-16-Engenharia dos Materiais – Passei Direto,” ASTM Int. (2014): 1-50. https://doi.org/10.1520/A0370-15.2

[12] T. Vijaya Kumar, M. Indu, A. Sai Gopal, A. Vamsi Krishna and D. Venkat Reddy, “Microstructure Study and Mechanical Testing of Al 6061-Si3N4 Metal Matrix Composites,” International Journal of Innovative Technology and Exploring Engineering (IJITEE) 8, no. 9 (2019): 3404-3407. https://doi.org/10.3950/Ijitee.3883.078919

[13] C. Kannan and R. Ramanujam, “Comparative Study on the Mechanical and Microstructural Characterisation of AA7075 Nano and Hybrid Nanocomposites Produced by Stir and Squeeze Casting,” Journal of Advanced Research 8, no. 4 (2017): 309-319. https://doi.org/10.1016/j.ijare.2017.02.005

[14] Niels Hansen, “Hall-Petch Relation and Boundry Strengthening,” Scripta Materialia 51, no. 8 (2004): 801-806. https://doi.org/10.1016/j.scriptamat.2004.06.002

[15] R.D. Saputra, “Analisis Kekuatan Tarik,Patahan dan Struktur Mikro pada Aluminium Silikat (Al-Si) dengan Penguat Cobalt Oxide (CoO) 0.015% Menggunakan Variasi Temperatur pada Metode Stir Casting,” (Undergraduate Thesis, Mechanical Engineering Department, Universitas Negeri Malang, 2020): Unpublished.

[16] M.S. Salleh, H. Hashim, M.Z. Omar, A.B. Sulong, S. Abd Rahman, S.H. Yahaya, M.W. Abd Rashid and S. Al-Zubaidi, “T6 Heat Treatment Optimization of Thixoformed LM4 Aluminium Alloy using Response Surface Methodology,” Malaysian Journal on Composites Science and Manufacturing 3, no. 1 (2021): 1-13. https://doi.org/10.37934/mjcsm.3.1.113

[17] Chunjie Gong, Hao Tu, Changjun Wu, Jianjua Wang and Xuping Su, “Study on Microstructure and Mechanical Properties of Hypereutectic Al-18Si Alloy Modified with Al-3B,” Materials 11, no. 3 (2018): 456. https://doi.org/10.3390/ma11030456

[18] Datau S.G., Oji J. and Ejihaj I.R. Datau N., “The Effect of Sand Casting Process Parameters on Mechanical Properties of Aluminium Alloy Casting,” International Journal of Metallurgical & Materials Science and Engineering (UMMSE) 2, no. 3 (2012): 32-41. http://www.tjprc.org/publishershapers/2-5-1346350253-4-Metallurgical%20-%20UMMSE%20-%20THE%20EFFECT%20-%20Simon%20Datau.pdf

[19] Libu George B. and R. Bharanidaran, “Evaluation of Hardness and Impact Strength of Aluminium Alloy (LM6)-Soda-Lime Composites,” Australian Journal of Mechanical Engineering 19, no. 2 (2019): 196-201. https://doi.org/10.1080/14484846.2019.1601542